Original Article

The effect of various mechanical and chemical surface conditioning on the bonding of orthodontic brackets to all ceramic materials

Dalia A. Abuelenain a, Amal I. Linjawi b*, Ahmed S. Alghamdi c, Fahad M. Alsadi d

a Restorative Dentistry Department, Faculty of Dentistry, King Abdulaziz University, Jeddah, Saudi Arabia
b Orthodontic Department, Faculty of Dentistry, King Abdulaziz University, Jeddah, Saudi Arabia
c King Abdulaziz University Dental Hospital, King Abdulaziz University, Jeddah, Saudi Arabia
d Faculty of Dentistry, King Abdulaziz University, Jeddah, Saudi Arabia

Received 20 December 2019; Final revision received 15 February 2020
Available online 16 March 2020

KEYWORDS
Ceramics; Orthodontic brackets; Shear strength; Zirconia

Abstract Background/purpose: Increasing the bond strength between the orthodontic brackets and all-ceramic materials is one of the challenges facing orthodontists. The purpose of this study is to assess the shear bond strength (SBS) of metal brackets to two types of all ceramic materials using various surface mechanical and chemical conditioning methods. Materials and methods: Sixty ceramic blocks were prepared using two types of all ceramic materials (IPS e.max and VITA Suprinity® PC) and treated with 3 surface treatments; surface etching with 9.6% hydrofluoric acid (HFA) for 2 mins; surface roughening with Sof-Lex finishing discs; and surface roughening with Sof-Lex finishing discs and etching with HFA. Metal brackets were attached to the surface of the ceramic blocks using light cure orthodontic adhesive. Samples were subjected to 2000 thermo-cycles (5–50 °C) and the SBS was assessed using Instron machine. The adhesive remnant index (ARI) was evaluated under light microscope. Descriptive and group comparison were calculated using Two-way ANOVA, Post-hoc Tukey’s and Chi-square tests and significance level set at (P < 0.05).
Results: surface roughening of both ceramic materials with Sof-Lex discs and HFA resulted in a significant increase in SBS compared to other experimental groups (P < 0.05). However, VITA Suprinity ceramic prepared with Sof-Lex discs only showed the lowest SBS. The distribution of the ARI scores was significantly different between the groups (P < 0.05).
Conclusion: Surface preparation of all ceramic materials with Sof-Lex discs and hydrofluoric acid significantly increased the bond strength between the orthodontic brackets and all-ceramic materials. The use of HFA in addition to surface roughening with Sof-Lex discs further increased the bond strength.

* Corresponding author. Orthodontic Department, Faculty of Dentistry, King Abdulaziz University, P.O. Box 80209, Jeddah, 21589, Saudi Arabia.
E-mail address: ailinjawi@kau.edu.sa (A.I. Linjawi).

https://doi.org/10.1016/j.jds.2020.02.003
1991-7902/© 2020 Association for Dental Sciences of the Republic of China. Publishing services by Elsevier B.V. This is an open access article under the CC BY-NC-ND license (http://creativecommons.org/licenses/by-nc-nd/4.0/).
Introduction

The current increased demand on restorations used for esthetic purposes resulted in an increased use of all-ceramic restorations. The development of computer-aided design technologies (CAD/CAM) of zirconia blocks further increased the clinical usage of all ceramic crowns. Concomitantly, the demands on adult orthodontics is also increasing nowadays. The bonding of orthodontic brackets directly to the surfaces of ceramic material have shown a high degree failure rate when compared to enamel surface bonding. Therefore, increasing the bond strength between the orthodontic brackets and various types of all-ceramic materials is one of the challenges that orthodontist has to deal with.

Many studies assessed the orthodontic bonding materials which are: etching, primer, and bonding material. The use of self-adhesive resin composite cement along with ceramic primer has shown a positive effect on the SBS when bonding brackets to zirconia. Bracket type, material and mode of bond failure also affected the strength of bond to ceramic restorations. Guida et al., however, reported that the mode of bond failure was affected mostly by the treatment of the glass-ceramic surface and not by the bracket type.

Other attempts suggested to modify the characteristics of the ceramic surfaces to withstand orthodontic brackets with sufficient bond strength. Three main approaches according to their mechanism of action were suggested: chemical, mechanical, or chemico-mechanical surface treatment. The mechanical surface conditioning techniques included acid etching, surface roughening with a sandpaper discs or diamond drill and sandblasting with aluminum oxide particles. The acid etching treatment of the porcelain surface with hydrofluoric acid (HFA) has been proved to increase the strength of the bond and the glass phase of ceramics attacked by hydrofluoric acid, creating multiple micro porosities leading to micro-mechanical bonding with resin composite. Garcia-Sanz et al. and Xu et al. assessed the effect of laser etching as a ceramic surface treatment and reported positive results on the SBS of orthodontic brackets. On the other hand, Buyuk & Kucukkenc reported that the SBS was significantly changed mainly by the ceramic type and the procedure of bonding and not by the etching procedure. Amer & Rayyan found that sandblasting surface treatment achieved the highest SBS. They also reported that the use of Sof-Lex disc for surface roughening is a successful surface treatment for glazed zirconia, while bonding to untreated glazed zirconia in most cases resulted in bond failure.

The chemical surface-conditioning techniques included, chemical preparation with universal or ceramic primers or silanes use (gamma-methacryloxypropyltrimethoxy silane). Most studies recommended the use of either universal primer or ceramic primers combined with orthodontic primer better than using ceramic primers alone. The method used for chemo-mechanical treatment of ceramic surfaces is tribochemical silica — coating. Such method did not show positive effect on the shear strength of orthodontic brackets when compared to sandblasting alone or sandblasting and universal primer. Despite the many studies that have tested different ceramic surface treatments, there is still a lack of bonding protocol that provide minimal roughening of the restoration surface to avoid ceramic surface micro-cracks, as well resulting in favourable SBS between orthodontic bracket and the restoration to withstand orthodontic forces during treatment.

Therefore, the aim of the present study was to assess the SBS of metal brackets bonded to two types of all ceramic surfaces using various mechanical and chemical surface treatment methods.

Materials and methods

Ethical approval for this laboratory study was taken from the Research Ethical Committee of King Abdulaziz University, Faculty of Dentistry (Ethical approval No: 089-10-17).

Sample preparation

Sixty square shaped ceramics (10 mm x 10 mm x 2 mm) were crystallized and glazed according to manufacturer instructions, using two types of all ceramic materials (n = 30). The first material was the IPS e.max (Ivoclar-Vivaden AG, Schaan, Liechtenstein) which is a type of lithium disilicate core ceramic. The second material was the VITA Suprinity® PC (Vita Zahnfabick, Bad Säckingen, Germany) which is a type of lithium silicate reinforced with 10%W zirconia blanks.

All ceramic blocks were mounted on light cure acrylic resin (Meditray, Promedica Dental Material GmbH, Germany).

The ceramic blocks from each ceramic material were divided randomly into three groups (n = 10 each group); Groups I, II & III were constructed from VITA Suprinity® PC (Vita Zahnfabick), while Groups IV, V & VI were constructed from IPS e. max (Ivoclar-Vivaden AG).

Ceramic samples were then subjected to 3 different surface preparation techniques according to the following group distributions:

GI & GIV: Etching for 2 min with 9.6% hydrofluoric acid (HFA), then rinsing with water for 30 s and air drying.

acid combination produces the highest SBS to metallic orthodontic brackets. © 2020 Association for Dental Sciences of the Republic of China. Publishing services by Elsevier B.V. This is an open access article under the CC BY-NC-ND license (http://creativecommons.org/licenses/by-nc-nd/4.0/).
**Shear bond strength (SBS) assessment**

Each sample was loaded into the Instron Universal Testing Machine (Instron model 5944, Canton, MA, USA). The samples were oriented so that its long axis becomes perpendicular to the applied force. A shear force was delivered with a 0.5 mm/min crosshead speed applied at the bracket base-enamel interface until fracture occurred. The load of failure (N) was recorded and converted into megapascals by dividing (N) by the surface area of the base of the orthodontic bracket, which was (10 mm²).

**Adhesive remnant assessment**

After de-bonding, all brackets and ceramic blocks in the examined groups were examined under a stereomicroscope under (×10) magnifications and the adhesive remnants were recorded using the modified Adhesive Remnant Index (ARI) as follows:

- 0: All the adhesive was removed with the bracket
- 1: The adhesive remnant is covering less than 50% of the bracket site on the ceramic surface.
- 2: The adhesive remnant is covering more than 50% of the bracket site on the ceramic surface.
- 3: All the adhesive was left on the bracket site of the ceramic surface.

**Statistical analysis**

Descriptive statistics for the SBS (mean and standard deviations) were recorded. Group comparison were calculated using Two-way ANOVA and Post-Hoc Tukey test with the ceramic type and the surface conditioning method as the random factors. The ARI scores for the different groups were compared using Chi-Square test. Data collection and analysis was done using SPSS (Version 20.0, IBM, and New York, USA). The significance level was set at (P < 0.05).

**Results**

Table 1 shows the means, standard deviations and significant differences between the different experimental groups.

Surface preparation of ceramic material showed a significant influence on SBS (P < 0.001). Interaction between

### Table 1: Mean and standard deviations in MPa for the shear bond strength (SBS) among the study groups.

| Surface preparation methods | Ceramic type       | P-value within surface preparations |
|-----------------------------|--------------------|-------------------------------------|
|                             | VITA Suprinity® PC | IPS e. max                           |
|                             | (n = 30)           | (n = 30)                             |
| Group (N)                   | N (%) of Samples de-bonded after aging | Mean SBS in MPa (SD) | Group (N) | N (%) of Samples de-bonded after aging | Mean SBS in MPa (SD) |
| HFA                         | Gl (10) 1 (10%)    | 8.4 (4.5)                           | GIV (10) 3 (30%) | 5.4 (1.4)  |
| Softflex discs              | Gl (10) 5 (50%)    | 5.6 (2)                             | GV (10) 2 (20%) | 12.4 (4)   |
| & HFA                       | Glil (10) 0 (0%)   | 16 (5)                              | GVI (10) 0 (0%) | 14.3 (3.3) |

N: number, SD: standard deviation, SBS: shear bond strength, MPa: mega-pascal.

* denotes statistical significance (critical region: P < 0.05, P < 0.001).

**Table 1**

**Table 1**

Mean and standard deviations in MPa for the shear bond strength (SBS) among the study groups.
cement material and surface preparation also showed a significant influence on SBS (P < 0.05).

VITA Suprinity (Vita Zahnfabick) ceramic surfaces treated with Soflex discs and HFA combination (GIII) provided the highest SBS to metal orthodontic brackets (16 ± 5 MPa). On the other hand, VITA Suprinity treated with Soflex discs only or HFA only (GII, GI) and IPS e. max treated with HFA only (GIV) resulted in the lowest SBS values (5.6 ± 2, 8 ± 4.5, 5.4 ± 1.4 MPa, respectively). Also, there was no significant difference in the SBS between GIII (VITA Suprinity treated with HFA and Soflex discs) and the IPS e max (Ivoclar-Vivaden AG) treated either by Soflex discs and HFA combination (14 ± 3.3 MPa) or treated with Soflex discs only (12 ± 4 MPa) (P > 0.05). The number of samples de-bonded after thermocycling and before shear bond strength test was highest in GII (VITA Suprinity® PC + Soflex discs) (n = 5, 50%) followed by GIV (IPS e. max + HFA) (n = 3, 30%).

Table 2 shows the results of ARI scores. None of the groups had samples with ARI score 3. On the other hand, Groups I, II & IV had almost all the samples with ARI score 0, which indicates that the mode of failure occurred at the ceramic—adhesive interface. A significant difference in ARI score distribution among the groups was also reported (P < 0.05).

Discussion

Bonding orthodontic brackets to ceramic surfaces has been assessed extensively in the literature. Different etching types and times, primer procedures, as well as ceramic material were assessed but with controversial findings. The present study investigated the SBS of metal brackets bonded to two new types of all ceramic materials using different mechanical and chemical surface conditioning methods. The two all ceramic materials used were; IPS e. max (Ivoclar-Vivaden AG) which is a lithium disilicate-based core ceramic, and VITA Suprinity (Vita Zahnfabick) which is a lithium silicate reinforced with zirconia blanks. Results indicated that the VITA Suprinity (Vita Zahnfabick) treated with Soflex discs only or HFA only as well as the IPS e. max (Ivoclar-Vivaden AG) treated with HFA only resulted in the lowest shear bond strength values. However, the VITA Suprinity (Vita Zahnfabick) treated with HFA only might be considered as having a clinically acceptable results as its shear bond strength was within the range of the clinically acceptable shear bond strength that can withstand orthodontic forces recommended by Reynolds, which should not be less than 5.8—7.8 MPa.23 On the other hand, the VITA Suprinity (Vita Zahnfabick) treated with HFA and Soflex discs as well as the IPS e. max (Ivoclar-Vivaden AG) treated with HFA and Soflex discs or Soflex discs only showed high shear bond strength values.

Hydrofluoric acid etching of different ceramic materials is performed to remove the glassy matrix of ceramics and expose lithium disilicate and Zirconia crystals.24 In the present study, using both surface preparation methods (acid etching with HFA and mechanical roughening with Soflex discs) were more efficient in creating micro-mechanical retention. However, the mechanical roughening using Soflex discs only was more efficient with lithium disilicate based ceramics (IPS e. max) compared to roughening with hydrofluoric acid, which may be explained by the ability of Soflex discs coarse particles to create rougher surface. This was different with the Zirconia reinforced ceramics, as Soflex discs were less efficient in roughening the surface when compared to hydrofluoric acid. Also, using Soflex discs only showed 50% failure rate after aging. This indicate the harder surface of the zirconia reinforce ceramics making the mechanical roughening more difficult and the chemical removal of the glassy matrix and crystal exposure by using the hydrofluoric acid more effective in creating a rough surface and improving bond strength with a lower failure rate of 10%. Therefore, applying both techniques in zirconia reinforced ceramic and lithium disilicate ceramics was having a synergistic effect in improving bond strength and durability as all samples treated by both techniques showed 0% de-bonding after aging.

Borges et al., and Kim et al. reported that hydrofluoric acid etching is the most appropriate treatment for lithium disilicate ceramics.10,20 In contrary, results of the current study, however, showed that HFA treatment alone resulted in low shear bond strength with IPS e.max (Ivoclar-Vivaden AG) as well as a low but acceptable SBS with VITA Suprinity (Vita Zahnfabick) material. Similarly, Mehmeti et al. reported that surface etching of zirconia and lithium-disilicate with HFA compared to etching with phosphoric acid followed by silane application did not increase the SBS significantly.25 On the other hand, treatment with HFA and Soflex discs showed in the current study the highest SBS for both IPS e. max (Ivoclar-Vivaden AG) and VITA Suprinity (Vita Zahnfabick) material.

As stated earlier, the best bonding protocol should result in a strong SBS that can withstand orthodontic loads, but not to the extent that will produce damage to the ceramic restoration surface during the de-bonding procedure.17,14,21

Thus, the best surface treatment is expected to result in minimal adhesive remnant on the ceramic surface at debonding to avoid further damaging to the restoration during adhesive removal. For the current study design, it can be stated that debonding results with ARI scores 0 or 1 might be the best preferable result. Accordingly, results showed that the best surface treatment for VITA Suprinity (Vita Zahnfabick) is when treated with Soflex only or HFA only, and the best surface treatment for IPS e. max (Ivoclar-Vivaden AG) is when treated with HFA only. However, the combination of the two techniques resulted in acceptable
values for both the shear bond strength and the ARI score distribution.

The findings of the current study showed that VITA Suprinity (Vita Zahnfabrick) treated with Soflex discs only or HFA only as well as the IPS e.max (Ivoclar-Vivadent AG) treated with HFA only resulted in the lowest SBS. VITA Suprinity (Vita Zahnfabrick) treated with HFA only resulted in a low but clinically acceptable SBS. Furthermore, the combination of HFA and Soflex discs surface treatment showed the highest SBS for the two ceramic materials assessed; IPS e.max (Ivoclar-Vivadent AG) and VITA Suprinity (Vita Zahnfabrick). The ARI score was (0) for all the samples of VITA Suprinity (Vita Zahnfabrick) treated with HFA only or Soflex discs only and IPS e.max (Ivoclar-Vivadent AG) treated with HFA only. This indicates that the failure mode occurred at the ceramic—adhesive interface.

Declaration of Competing Interest

This research did not receive any specific grant from funding agencies in the public, commercial, or not-for-profit sectors.

Acknowledgments

The authors would like to acknowledge with gratitude Dr. Amal Alamri and Dr. Ghadi Alsulimi for participating in conducting the methodology of the research. The author would also like to acknowledge the “Advanced Technology Dental Research Laboratory” at King Abdulaziz University, Faculty of Dentistry.

References

1. Abu Alhaija ESJ, Al-Wahadni AMS. Shear bond strength of orthodontic brackets bonded to different ceramic surfaces. Eur J Orthod 2007;29:386—9.
2. Miyazaki T, Nakamura T, Matsumura H, Ban S, Kobayashi T. Current status of zirconia restoration. J Prosthodont Res 2013;57:236—61.
3. Guess PC, Zavanelli RA, Silva NRFA, Bonfante EA, Coelho PG, Thompson VP. Monolithic CAD/CAM lithium disilicate versus veneered Y-TZP crowns: comparison of failure modes and reliability after fatigue. Int J Prosthodont (IJP) 2010;23:434—42.
4. Mehter B, Azizi B, Kelmendi J, Iljazi-Shahiqi D, Alar Z, Anic-MiloSevic S. Shear bond strength of orthodontic brackets bonded to zirconium crowns. Acta Stomatol Croat 2017;51:99—105.
5. Mehta AS, Evans CA, Viana G, Bedran-Russo A, Galang-Boquiren MTS. Bonding of metal orthodontic attachments to sandblasted porcelain and zirconia surfaces. BiomEd Res Int 2016;2016:5762785.
6. Di Guida LA, Benetti P, Corazza PH, Della Bona A. The critical bond strength of orthodontic brackets bonded to dental glass ceramics. Clin Oral Investig 2019;23:4345—53.
7. Bajraktarova-Valjakova E, Grozdanov A, Guguevski L, et al. Acid etching as surface treatment method for luting of glass-ceramic restorations, part 1: acids, application protocol and etching effectiveness. Open access Maced J Med Sci 2018;6:568—73.
8. Borges GA, Sohr AM, De Goes MF, LoC Sobrinho, Chan DCN. Effect of etching and airborne particle abrasion on the microstructure of different dental ceramics. J Prosthodont 2003;89:479—88.
9. García-Sanz V, Paredes-Gallardo V, Bellot-Arcis C, et al. Effects of femtosecond laser and other surface treatments on the bond strength of metallic and ceramic orthodontic brackets to zirconia. PloS One 2017;12:e0186796.
10. Amer JY, Rayyan MM. Effect of different surface treatments and bonding modalities on the shear bond strength between metallic orthodontic brackets and glazed monolithic zirconia crowns. J Orthod Sci 2018;7:23—49.
11. Buyuk SK, Kucukcakenci AS. Effects of different etching methods and bonding procedures on shear bond strength of orthodontic metal brackets applied to different CAD/CAM ceramic materials. Angle Orthod 2018;88:221—6.
12. Xu Z, Li J, Fan X, Huang X. Bonding strength of orthodontic brackets on porcelain surfaces etched by Er: YAG laser. Photomed Laser Surg 2018;36:601—7.
13. Grewal Bach GK, Torrealba Y, Lagravere MO. Orthodontic bonding to porcelain: a systematic review. Angle Orthod 2013;84:555—60.
14. Lee JY, Kim JS, Hwang CJ. Comparison of shear bond strength of orthodontic brackets using various zirconia primers. Korean J Orthod 2015;45:164—70.
15. Matos NRSD, Costa AR, Valdrighi HC, et al. Effect of acid etching, silane and thermal cycling on the bond strength of metallic brackets to ceramic. Braz Dent J 2016;27:734—8.
16. Lee JY, Ahn J, An SI, Park JW. Comparison of bond strengths of ceramic brackets bonded to zirconia surfaces using different zirconia primers and a universal adhesive. Restor Dent Endod 2017;43:e7.
17. Naseh R, Afshari M, Shafiei F, Rahamoon N. Shear bond strength of metal brackets to ceramic surfaces using a universal bonding resin. J Clin Exp Dent 2018;10:e739.
18. Ju GY, Oh S, Lim BS, Lee HS, Chung SH. Effect of simplified bonding on shear bond strength between ceramic brackets and dental zirconia. Mater J 2019;12:1640—53.
19. Xie H, Li Q, Zhang F, Lu Y, et al. Comparison of resin bonding improvements to zirconia between one-bottle universal adhesives and tribochemical silica coating, which is better? Dent Mater J 2016;32:403—11.
20. Kim NH, Kim YJ, Lee DY. Bond strength of orthodontic metal brackets to tribochemically silica-coated zirconia surfaces using different 10-methacryloyloxydecyl dihydrogen phosphate-containing primers. J Adhesive Dent 2017;19:21—9.
21. Aljouni R, Bishara SE, Oonsombat C, Soliman M, Lafoon J. The effect of porcelain surface conditioning on bonding orthodontic brackets. Angle Orthod 2005;75:858—64.
22. Årtun J, Bergland S. Clinical trials with crystal growth conditioning as an alternative to acid-etch enamel pretreatment. Am J Orthod 1984;85:333—40.
23. Reynolds IR. A review of direct orthodontic bonding. Br J Orthod 1975;2:171—8.
24. Zogheib LV, Bona AD, Kimpara ET, McCabe JF. Effect of hydrofluoric acid etching duration on the roughness and flexural strength of a lithium disilicate-based glass ceramic. Braz Dent J 2011;22:45—50.
25. Mehter B, Kelmendi J, Iljazi-Shahiqi D, et al. Comparison of shear bond strength orthodontic brackets bonded to zirconia and lithium disilicate crowns. Acta Stomatol Croat 2019;53:17—27.